Adsorption Behavior of Light Naphtha Components on Zeolite (5A) and Activated Carbon

Ahmed N. Hammadi\textsuperscript{a} and Ibtehal K. Shakir\textsuperscript{b}

\textsuperscript{a}Ministry of Oil – Oil Products Distribution company – Baghdad – Iraq
\textsuperscript{b}College of Engineering – University of Baghdad

Abstract

Light naphtha is one of the products from distillation column in oil refineries used as feedstock for gasoline production. The major constituents of light naphtha are (Normal Paraffin, Isoparaffin, Naphthene, and Aromatic). In this paper, we used zeolite (5A) with uniform pore size (5A) to separate normal paraffin from light naphtha, due to the suitable pore size for this process and compare the behavior of adsorption with activated carbon which has a wide range of pores size (micropores and mesopores) and high surface area. The process is done in a continuous system- Fixed bed column- at the vapor phase with constant conditions of flow rate 5 ml/min, temperature 180\degree C, pressure 1.6 bar and 100-gram weight of each adsorbent according to many other experiments on zeolite (5A) and choose the best conditions for comparison. The molecular sieve (5A) separated the normal paraffin (C\textsubscript{5}−C\textsubscript{8}) from light naphtha feed with highest percentage removal reaching a (92.36 \%) at the beginning of the process. Activated carbon separated naphthene and aromatics with highest percentage removal reaching a (95.3 \%) for naphthenes and a (100 \%) for aromatics at the beginning of the separation process. The study shows the difference in physical adsorption behavior and the effect of pore size on these processes.

Keywords: Light naphtha , Zeolite (5A) , Activated carbon , Adsorption process

Received on 18/05/2019, Accepted on 03/07/2019, published on 30/12/2019

https://doi.org/10.31699/IJCPE.2019.4.5

1- Introduction

Physical adsorption, a kind of adsorption depends on the potential of surface, shape, and structure of molecules. The principal thought of this type of separation is adsorbing at least one or more components from the blend without changing in compound synthesis\textsuperscript{[1]}. The pore size of adsorbent is a very important factor. This belongs to the ability of components for penetrating to these tubes. Light naphtha, for the most part, comprises of (normal paraffin, isoparaffin, aromatics, and naphthenes)\textsuperscript{[2]} As it is known that light naphtha derived from crude oil that contains many types of hydrocarbons from different families, the most common hydrocarbons types in petroleum fraction (Paraffin, Naphthene, and Aromatic)\textsuperscript{[3]}. Zeolite is a porous media and consists of crystalline aluminosilicates with high surface area and property of molecular sieving\textsuperscript{[4]}. The 5A zeolite has been generally utilized as an adsorbent for separating n-paraffins from oil feedstocks. Adsorption process dependent on 5A zeolite displays predominance in improving the usage proficiency of naphtha\textsuperscript{[5]}. Separation of various group composition in naphtha through the adsorption procedure utilizing zeolites 5A has pulled in extensive enthusiasm from researchers\textsuperscript{[6], [7]}. Zeolite 5A compound have LTA (Linde Type A) cross section structures with Ca cations\textsuperscript{[8]}. The corresponding three-dimension (3D) channels with a diameter of 5.1 \textAA, which is between the size of linear and branched alkanes\textsuperscript{[9], [10]} specify good shape selectivity in the separation of hydrocarbons. The equilibrium of adsorption \textsuperscript{[11], [12]} and kinetics\textsuperscript{[13],[14]} of linear paraffins by using zeolite, 5A compounds have drawn in much researches attention. C\textsubscript{5}−C\textsubscript{8} range n-paraffin separation, joined with the process of isomerization, was used in the formation of high-octane gasoline\textsuperscript{[15]}. In 2002, UOP (Universal Oil Products) built up a simulated moving bed technique \textsuperscript{[16],[17]} utilizing molecular sieve 5A compounds as the adsorbent and normal pentane as the desorbent to separate linear paraffin from naphtha. The fixed bed adsorption process was built up by East China University of Science and Technology, It is known as Molecular Sieve Fixed-bed Adsorption (MSFA) Technology by using Zeolite 5A as adsorbent and nitrogen as a desorbent\textsuperscript{[18],[19]}. In any case, the majority of the examinations on the normal paraffin separation simply focus on the adsorption range of new zeolite 5A, which differs after the adsorption/desorption cycles (regeneration). Activated carbon is solids adsorbent in the separation of hydrocarbons that can create distinctive values of hydrophobicity, as indicated by oxygenated group on the surface; this feature supports organic compound adsorption (aliphatic) with low molecular weight that might be available in the air, increasing its pollution concentrations\textsuperscript{[20]}.
As a porous material, activated carbon has a high surface area and pore volume, which makes it a decent adsorbent in the two gas and liquid phase [21]. There is much research revealed in the writing about the adsorption of the volatile organic compound on activated carbons[22], [23]. Among these compounds is hexane (C₆H₁₄), which is a non-polar compound of a direct aliphatic chain and builds up the cooperation of a dispersive kind with the adsorbent.

In this project, we studied the adsorption selectivity of zeolite (5A) and compared this process with another adsorbent (Activated Carbon) by using light naphtha as a feedstock for this process because light naphtha contains multicomponent of hydrocarbons with a wide range of diameter sizes.

2- Experimental Work

2.1. Materials

Zeolite (5A) purchased from local market produced by (BDH) chemical ltd pool England, extrudate (60-80 mesh). Activated carbon purchased from the local market.

2.2. Physical Properties Of Zeolite (5A)

The physical tests achieved at petroleum research and development center as shown in Table 1.

Table 1. Physical properties of molecular sieve (5A)

| Test Name               | Result         |
|------------------------|----------------|
| BET Surface Area       | 581.4885 m²/g  |
| Bulk Density           | 0.5848 g/cm³   |
| Crushing Strength      | 6.3198 N/mm    |
| Pore Volume            | 0.354553 cm³/g |
| Pore size              | 5Å             |

2.3. XRF for zeolite 5(A)

XRF test was done at the University of Baghdad – college of science department of geology. Table 2 shows the chemical composition of (5A) molecular sieve.

Table 2. Chemical composition of zeolite (5A)

| Component         | SiO₂ | Al₂O₃ | Na₂O | CaO | SiO₂ |
|-------------------|------|-------|------|-----|------|
| Weight %          | 36.89| 24.56 | 2.190| 12.29| 36.89|
| SiO₂/Al₂O₃        | 2.54800 |

2.4. Activated Carbon Test Result

Table 3 shows the chemical composition and physical properties of purchased Activated carbon.

Table 3. Chemical composition and Physical properties of Activated Carbon

| Parameters               | Units | Report value |
|--------------------------|-------|--------------|
| Iodine number            | Mg/gm | 1027         |
| Moisture                 | %     | 4.86         |
| Ash                      | %     | 4.63         |
| Apparent density         | gm/ml | 0.52         |
| PH                       |       | 9.2          |
| Over size                | %     | 4.12         |
| Under size               | %     | 2.69         |
| Ball-pan hardness        | %     | 99.38        |
| Surface area             | m²/g  | 800          |
| Pore volume              | cm³/g | 0.676        |

2.5. Feedstock

Hydrogenated light naphtha supplied from Al-Dura refinery. Table 4 shows the chemical composition of hydrogenated naphtha the test achieved at petroleum research and development center by gas chromatography according to ASTM (D 2887-02).

Table 4. shows chemical composition of hydrogenated light naphtha

| Hydrocarbon name | Wt. % | N-paraffin name | Wt. % |
|------------------|-------|-----------------|-------|
| N-paraffin       | 47.525| C₁₄ (N-butane)  | 0.06585|
| Isoparaffin      | 32.902| C₁₅ (N-      | 24.15975|
| Naphthene        | 19.44 | C₆ (N-hexane)  | 19.42429|
| Aromatics        | 0.133 | C₇ (N-      | 3.71383|
|                  |       | heptane)       |       |

2.6. Adsorbents Activation

(5A) molecular sieve sample was activated at (400 °C) for four hours while activated carbon was heated at (200 °C) for (90 min) by using the electric furnace and transmitted after 24 hours to plastic cans with silica gel bags to keep the adsorbents dry.

2.7. Experiments

Experiments were performed in the vapor phase by pumping (5 ml/min) of light naphtha from the bottom of a fixed bed column and passed through (100 gram) of adsorbent material. The temperature of the experiment was 180 °C according to many other experiments on adsorption behavior of light naphtha on zeolite (5A).

The Fixed bed stainless steel column are with (440 mm) length and (38.1 mm) inside diameter (500 ml).

The stainless-steel column was followed by stainless steel condenser with an outside diameter (50 mm) and length (200mm) Fig. 1 shows flowchart for the adsorption process. The pressure of experiments was (1.6 bar). Time was set to zero when the pump began to work and record when the first drop appeared.
The samples were collected at dark glass collectors taken at every fixed time interval and the samples were analyzed by gas chromatography device to measure the weight percentage of hydrocarbons components. The adsorption capacity was calculated according to the equation (1)[24].

\[
q = \frac{(C^– – C^i)}{M} \times Q \times t
\]

Where,
- \(q\) = Adsorption capacity, (g adsorbate/g adsorbent).
- \(C^–\) = Inlet concentration of adsorbate, (g/ml).
- \(C^i\) = Outlet concentration adsorbate, (g/ml).
- \(M\) = Mass of adsorbent, (gm).
- \(Q\) = Volumetric flow rate, (ml/min).
- \(t\) = Adsorption time, (min).

The essential channels of zeolites A are 8-membered rings. At the point when the cations are exchanged by Ca\(^{2+}\), the channel diameter is ∼5.1 Å.

According to the quantum chemistry calculation, the diameters of normal paraffins are in the range of 4.8–5.0 Å, while the diameters are in the range of 6.1–6.6 Å for iso-paraffins and 6.7–7.4 Å for cyclanes and aromatics [25].

When light naphtha entered at vapor phase to a fixed bed column. Normal paraffin adsorbed in the micropores of zeolite (5A). The S shape of breakthrough curve Fig. 2 shows that the weight % of normal paraffin decreased while other components of hydrocarbon increased. The decrease in weight percentage of normal paraffin belongs to the suitable diameter sizes for normal paraffin components to enter (5A) zeolite pores, On the other side the isoparaffins, naphthenes, and aromatics stayed in the stream because the diameter of the size for these hydrocarbons is larger than the pore size of (5A) zeolite [26].

The percentage removal of normal paraffin at the beginning of the adsorption process (first sample of non-adsorbed components 4 ml) reached to 92 % and weight % of isoparaffin increased by 92 % compared to the weight percentage of the inlet. on the other hand the isoparaffins behave like an inert on zeolite (5A)[27]. Naphthene weight percentage increased by 69 % while aromatic increased by 64 % compared to inlet weight percentage.

The increase in the weight percentage of isoparaffin, naphthenes and aromatics may depend on the inlet concentration of these types of hydrocarbons. Adsorption capacity will decrease as time passed until equilibrium (saturation) take place where \(q_{max}\) for total normal paraffin was 13.16 g/100g-adsorbent. The results partly agree with previous studies with single hydrocarbon at the very dilute concentration[28] which proved that the adsorption of hydrocarbon mixture strongly depends on the temperature of the experiment and the inlet composition. Whereas the earliest time of saturation belongs to the high concentration of normal paraffin in the feed (47.525 %).

3- Results and Discussion

3.1. Adsorption Behavior Of Hydrocarbons On Zeolite (5A)

The hydrocarbons in light naphtha majorly consist of (normal paraffin, isoparaffin, naphthene and aromatic) different group of hydrocarbons can be separated by the zeolites through adsorption shape selectivity. Normal paraffins with straight long chains have a smaller footprint than those of iso-paraffins, cyclanes, and aromatics.
Normal paraffins with low carbon numbers that occupy zeolite 5A compound micropores can be partially interchanged with larger carbon numbers of normal paraffins.

The roll-up phenomenon\cite{29} can be noticed in the low-carbon-number normal paraffin adsorption breakthrough curves as shown in Fig. 3. The breakthrough curve of normal paraffin components on zeolite (5A)

![Adsorption breakthrough curve of normal paraffins contents on zeolite (5A)](image)

Fig. 3. Adsorption breakthrough curve of normal paraffins contents on zeolite (5A)

The percentage removal of normal butane C\textsubscript{4} at the beginning of the adsorption process (first sample of non-adsorbed components 4 ml) reached to 81.7 %, while normal pentane C\textsubscript{5} reached to 86.8 %, normal hexane percentage removal was 98 %, normal heptane 99 % and normal octane percentage removal was 85 %, from these results we notice that highest weight % components C\textsubscript{5}, C\textsubscript{6} and C\textsubscript{7} will be preferred in the adsorption due to their high concentration at the inlet feed of light naphtha.

In addition, we noticed form adsorption breakthrough curve that the components with a large number of carbon atoms preferred in this type of separation this agree with yang et al.\cite{29}.

3.2. Adsorption Behavior of Hydrocarbons on Activated Carbon

Due to the high surface area and the wide range of pores size distribution of activated carbon, non-polar molecules of a certain volume and molecular weight such as hydrocarbons have a strong affinity to activated carbon. The variation in affinity includes activated carbon being an appropriate adsorbent when separating or purifying the gas phase \cite{30}.

In spite limit use of activated carbon in the separation of hydrocarbons mixture.

We notice that activated carbon generally adsorbed the naphthenes and aromatics from light naphtha feed when entered fixed bed column so there are increasing in weight percentage of isoparaffin and normal paraffin as shown in Fig. 4.

At the beginning of the adsorption process (first sample of non-adsorbed components 4ml), we notice that isoparaffin and normal paraffin increased by 23 % compared to the inlet concentration.

From the other side, there is a decrease in weight % of naphthenes and aromatics comparing to inlet weight percentage.

The percentage removal of naphthenes reached to 95 % while the aromatics reached to 100 % whereas the inlet concentration of aromatic increased a little bit (0.133%) compared to other types of hydrocarbons.

The separation behavior belongs to the large pores size compared to the zeolite (5A) which allowed for hydrocarbons that have large diameter sizes to enter pores of activated carbon.

This may agree with Lillo-Ródenas et al. who referred to The percentage removal of hydrocarbons may also rely on porosity and the surface chemistry of the adsorbent used such as surface functional groups\cite{31}.

This adsorption behavior will continue until equilibrium (saturation) take place. For more details about normal paraffin concentration, we must discuss the results of normal paraffins contents.

We noticed at the beginning of the process (first sample of non-adsorbed components 4ml) the weight % of C\textsubscript{6}, C\textsubscript{7} and C\textsubscript{8} decreased while the C\textsubscript{4} and C\textsubscript{5} increased.

The weight % of normal butane C\textsubscript{4} increased by 281 % while normal pentane C\textsubscript{5} increased by 139 % this increase refers to the normal paraffin which has a large number of carbon atoms preferred in the separation process although the high concentration of C\textsubscript{5} normal pentane in the feedstock.

In addition, there is a decrease in weight % compared to inlet concentration for normal hexane C\textsubscript{6} by 97.5 %. While normal heptane percentage removal was 99.7 % and normal octane was 100 %.

Fig. 5 shows adsorption breakthrough curve for normal paraffin components.
Adactivated carbon surface chemistry plays a main role in the behavior of light naphtha hydrocarbons, which may agree with Villa-chañas et al. that referred to that the activated carbon surface chemistry plays a main role in removing components of hydrocarbons as it impacts both electrostatic and dispersive interactions between adsorbents and adsorbates, which are essentially interactions in the form of van der Waals [32]. The adsorption capacity calculated according to equation (1) for both naphthenes and aromatics where \( q_{\text{max}} \) was 5.55 g/100g - adsorbent and 0.0399 g/100g - adsorbent for naphthenes and aromatics respectively.

4- Conclusions

The study of hydrocarbon adsorption of light naphtha components at vapor phase in fixed bed adsorber refers to the ability to adsorb n-paraffin from light naphtha by (92 %) at process beginning and increases the percentage of (isoparaffin, naphthene and aromatic) because the components of normal paraffin has size diameter smaller than pores of zeolite (5A). From the other hand activated carbon which has a wide range of pore size generally adsorb naphthenes and aromatics by (95%) and (100 %) respectively, while the percentage of total paraffins increased (isoparaffin and normal paraffins).

For more details, we noticed that the normal paraffins components \( C_4 \) normal butane and \( C_5 \) normal pentane increased while other components \( C_6 \) (normal hexane), \( C_7 \) (normal heptane) and \( C_8 \) (normal octane) decreased. This indicates that adsorption behavior strongly depends on the inlet concentration and the structure of adsorbents.

References

[1] G. P. Company and B. Division, Petrochemical. 2000.
[2] E. Meneses-Ruiz, G. C. Laredo, J. Castillo, and J. O. Marroquin, “Comparison of different molecular sieves for the liquid phase separation of linear and branched alkanes,” Fuel Process. Technol., vol. 124, pp. 258–266, 2014.
[3] A.-H. Abdul-Karim Mohammed, H. G. Attiva, and H. Abdul Khaliq Khudair, “The Relationships between the Physical and Chemical Properties of Narrow Fractions Distilled From Mixed Kirkuk and Sharki-Baghdad Crude Oils”, JPEC, vol. 9, no. 2, pp. 1-8, Jun. 2008.
[4] N. S. Majeed and J. T. Majeed, “Study the Performance of Nanozeolite NaA on CO 2 Gas Uptake,” Iraqi J. Chem. Pet. Eng., vol. 18, no. 2, pp. 57–67, 2017.
[5] J. Cao and B. X. Shen, “Optimized utilization of naphtha: Liquid adsorption separation of linear paraffins in naphtha with n-pentane as the desorbent;” Energy Sources, Part A Recover. Util. Environ. Eff., vol. 35, no. 3, pp. 235-245, 2013.
[6] A. C. Silva, F. A. Da Silva, and E. Rodrigues, “Separation of n / iso paraffins by PSA,” vol. 20, pp. 97–110, 2000.
[7] J. C. Liu, B. X. Shen, and J. H. Dong, “Analysis of n- C4 ~ n-C10 mixtures in 5A molecular sieves using IAS theory with multi-site Langmuir isotherm;” Adsorption, vol. 15, no. 5-6, pp. 423-428, 2009.
[8] F. Tomás-Alonso, L. A. Angosto Olmos, and M. A. Muñecas Vidal, “Selective separation of normal paraffins from slack wax using the molecular sieve adsorption technique,” Sep. Sci. Technol., vol. 39, no. 7, pp. 1577–1593, 2004.
[9] C. E. Gounaris, J. Wei, and C. A. Floudas, “Rational design of shape selective separation and catalysis – II: Mathematical model and computational studies,” vol. 61, pp. 7949–7962, 2006.
[10] J. Bacon et al., “Book reviews,” Philosophia (Mendoza), vol. 5, no. 3, pp. 319–384, 1975.
[11] J. A. C. Silva and A. E. Rodrigues, “Multisite Langmuir Model Applied to the Interpretation of Sorption of n -Paraffins in 5A Zeolite;” Ind. Eng. Chem. Res., vol. 38, no. 6, pp. 2434–2438, 1999.
[12] M. J. Ahmed, A. H. A. Mohammed, and A. A. H. Kadhum, “Prediction of multi component equilibrium isotherms for light hydrocarbons adsorption on 5A zeolite,” Fluid Phase Equilib., vol. 313, pp. 165–170, 2012.
[13] A. G. Stepanov, T. O. Shegai, M. V Luzgin, and H. Jobic, “P PHYSICAL JOURNAL E Comparison of the dynamics of n-hexane in ZSM-5 and 5A zeolite structures,” vol. 61, pp. 57–61, 2003.
[14] I. De Recherches, A. Einstein, and C. Krause, “Diffusivities of n -Alkanes in 5A Zeolite Measured by Neutron Spin Echo , Pulsed-Field Gradient NMR, and Zero Length Column Techniques,” pp. 403–407, 2005.
[15] P. E. R. Davis, “United States Patent (19),” no. 19, 1991.
[16] McCulloch, Beth, and James R. Lansbarkis, “Process for separating normal olefins from non-normal olefins,” U.S. Patent No. 5,276,246, 4 Jan. 1994.
[17] A. C. Wilson, M. A. Us, H. Zhang, and S. B. Glazer, “( 12 ) United States Patent,” vol. 2, no. 12, 2016.
[18] J. Liu and B. Shen, “Optimizing naphtha utilization based on molecular scale management,” *Pet. Sci. Technol.*, vol. 25, no. 11, pp. 1465–1471, 2007.

[19] J. Liu and B. Shen, “Adsorption Separation and Use of Normal and Iso-hydrocarbons in Hydrogenated Coking Gasoline,” vol. 25, no. 8, pp. 975–978, 2009.

[20] L. Li, S. Liu, and J. Liu, “Surface modification of coconut shell based activated carbon for the improvement of hydrophobic VOC removal,” *J. Hazard. Mater.*, vol. 192, no. 2, pp. 683–690, 2011.

[21] D. Hernández, L. Giraldo, and J. Carlos, “Study of Hexane Adsorption on Activated Carbons with Differences in Their Surface Chemistry,” pp. 1–13, 2018.

[22] X. Yao, J. Liu, G. Gong, Y. Jiang, and Q. Xie, “Preparation and modification of activated carbon for benzene adsorption by steam activation in the presence of KOH,” *Int. J. Min. Sci. Technol.*, vol. 23, no. 3, pp. 395–401, 2013.

[23] S. Tazibet, Y. Boucheffa, and P. Lodewyckx, “Heat treatment effect on the textural, hydrophobic and adsorptive properties of activated carbons obtained from olive waste,” *Microporous Mesoporous Mater.*, vol. 170, pp. 293–298, 2013.

[24] A. H. A.K. Mohammed and M. Mehdi Abdul-Raheem, “Adsorption of BTX Aromatic from Reformate by 13X Molecular Sieve”, *icpe*, vol. 9, no. 4, pp. 13-20, Dec. 2008.

[25] C. E. Gounaris and A. G. A. Somorjai, “Search Engines for Shape Selectivity,” pp. 234–241, 2009.

[26] M. Feng, X. Zhou, W. Hu, W. Wang, and C. Li, “Improved separation and utilization of light naphtha stock by adsorption process,” *Adsortp. Sci. Technol.*, 2018.

[27] M. J. Ahmed, A. H. A. K. Mohammed, and A. H. Kadhum, “Modeling of Breakthrough Curves for Adsorption of Propane, n-Butane, and Iso-Butane Mixture on 5A Molecular Sieve Zeolite.” *Transp. Porous Media*, vol. 86, no. 1, pp. 215–228, 2011.

[28] G. C. Laredo, E. Meneses, J. Castillo, J. O. Marquiro, and F. Jiménez-Cruz, “Adsorption equilibrium and kinetics of branched octane isomers on a polyvinylidene chloride-based carbon molecular sieve,” *Energy and Fuels*, vol. 22, no. 4, pp. 2641–2648, 2008.

[29] R. Yang, *Gas Separation by Adsorption Processes*, vol. 2. 1987.

[30] Y. J. Tham, P. A. Latif, A. M. Abdullah, A. Shamala-Devi, and Y. H. Taufiq-Yap, “Performances of toluene removal by activated carbon derived from durian shell,” *Bioresour. Technol.*, vol. 102, no. 2, pp. 724–728, 2011.

[31] M. A. Lillo-Ródenas, D. Cazorla-Amorós, and A. Linares-Solano, “Behaviour of activated carbons with different pore size distributions and surface oxygen groups for benzene and toluene adsorption at low concentrations,” *Carbon N. Y.*, vol. 43, no. 8, pp. 1758–1767, 2005.
النفثا الخفيفة هي أحد نواتج برج التقطير في المصافي النفطية تستخدم كمادة خام لانتاج البنزين . المركبات الرئيسية للنفثا الخفيفة هي ( البارافينات الخطية , البارافينات المتفرعة , النفثينات و المركبات الاروماتية). في هذا البحث تم استخدام الزيولايت (5A) بحجم مسامات واحد ( 5 انكستروم) لغرض فصل البارافينات الخطية من النفثا الخفيفة , ويعود هذا الى الحجم المناسب للجسمات في هذه العملية ومقارنة سموك الامتزاز مع الكربون المن直升机 والذي يحتوي على مدى واسع من حجوم السماوات (مايكروبوروس و ميزوبوروس) بالإضافة الى المساحة السطحية العالية. العملية تمت بالطريقة المستمرة باستخدام نظام الحشوة الثابتة في حمام بخاري و بظروف ثابتة بجريان (5 مل/ دقيقة) , درجة الحرارة 180°م و الضغط 1,1 بار و 100 غم وزن المادة المامتزة. المدخل الجزيئي (5A) قام بفصل المركبات البارافية الخطية (C4 - C8) من وقود النفثا الخفيفة بأعلى نسبة إزالة وصلت الى (92,36%) في بداية العملية. أما الكربون المن直升机 قام بفصل المركبات النفثينية والأروماتية بأعلى نسبة إزالة وصلت الى (95,3%) للنفثينات و (100%) للمركبات الاروماتية في بداية عملية الفصل. هذه الدراسة تبين الاختلاف في سلوك الامتزاز الفيزيائي وتؤثر حجم السماوات على العملية.

الكلمات الدالة: النفثا الخفيفة , الزيولايت (5A) , الكربون المن直升机 , عملية الامتزاز.